Unique One-Step Strategy for Nonmetallic and Metallic Heteroatom Doped Carbonaceous Materials

Omeshwari Yadorao Bisen,‡ Ravi Nandan,‡ and Karuna Kar Nanda*

ABSTRACT: Nonmetallic and metallic heteroatom doped carbonaceous materials have garnered tremendous research attention due to a potential replacement to the precious Pt-group and (Ru, Ir)-oxide based catalysts and are essential part of the next-generation electrode catalysts for fuel cells, electrolyzers, and metal–air batteries. In this regard, we focus on three important categories of carbonaceous material, namely, metal-free heteroatom doped, transition metal heteroatom codoped, and carbon nitride (C₃N₄) based hybrid materials. Implications of various strategies, using one-step pyrolysis technique have been discussed for the effective design of heteroatom modified carbonaceous electrocatalysts. In this minireview, we outline the richness of one-step strategy for designing electrochemically active heteroatom doped carbon, transition metal–heteroatom codoped carbon, and C₃N₄ derived hybrid materials in the perspective of electrochemical energy conversion and storage devices. We also outline the future research direction in the development of highly efficient and sustainable electrocatalysts for oxygen electrochemistry. Finally, we wind up the article with the challenges and outlook on heteroatoms and transition metal–heteroatom codoped carbon material as an efficient and low-cost electrocatalysts, thereby promoting the development of this important area.

INTRODUCTION

With the ever-growing demand of clean and sustainable energy resources, the development of low cost and efficient energy technology has received tremendous attention in recent times. Various electrochemical energy devices such as fuel cells, metal–air batteries, and water electrolyzers are the front-runners in this pursuit. Commercial adoption of these devices lies in the electrocatalysts used to promote the otherwise complex and sluggish oxygen electrochemistry. The oxygen electrochemistry includes the oxygen reduction and evolution reaction (ORR/OER). Most of the electrocatalysts face the issue of unwanted overpotential, owing to the involvement of multielectron transfer and a variety of reaction intermediates. The increased overpotential directly influences the energy efficiency and lifetime of electrochemical devices. Efforts have been made to trim down the overpotential along with improved exchange current density by rational design of electrocatalysts. It is widely acknowledged that the noble metal-based catalysts such as Pt, and Ru/Ir-based systems are known to possess high activity toward ORR/OER. In addition to the high cost, as electrocatalysts in fuel cells alone contribute 50% of the total cost, and scarcity of these noble metals, their monofunctionality and pH selectivity has further delayed their wide-scale commercial adoption.

The seminal contribution by Yeager in 1964 opens new insights in carbon–transition metal based electrocatalysts. Inspired by this, various groups including ours have devised various pyrolysis strategies to improve the potency of carbon based systems for efficiently catalyzing the ORR/OER processes. In general, the carbon based materials owing to its interesting properties such as the variety of possible structures (0, 1, 2, and 3 D), excellent electrical conductivity, microporous structure, chemical inertness, and the ability to host various hetero atoms have made them preferable materials of choice in catalysis. The inert character of pure pristine carbon owing to strong delocalized π-electrons can be easily modified/disturbed by the hetero atom doping. The nonmetallic heteroatom doping in the carbon nanostructure offers an efficient way to institute the electrochemically active sites and widely studied heteroatoms comprising N, B, P, S, F, etc. The difference in electronegativity between carbon and heteroatoms leads to the redistribution of charge and spin density of the carbon atoms in the lattice, thus effectively regulating the overall work function and modulating the adsorption energy of the reactants at the active sites which lead to the enhanced activity. The introduction of transition...
metal with nonmetal heteroatoms like N further regulates the catalytic activity toward ORR/OER. Moreover, in the context of gas consuming and evolving reactions like ORR/OER, porosity plays a central role in the utilization of large specific surface area, suitable mass transport by allowing the accessibility of reactant species, and electrochemical active centers rendered by heteroatom incorporation. Various strategies have been employed to achieve the pertinent porosity, where the templates such as silica, porous alumina, polystyrene, and cellulose have been utilized and resulted in the targeted porous carbon materials which indeed exhibit impressive performances. In this regard, the direct one-step synthesis approach offers an excellent versatility to assimilate all the required features needed for ideal electrocatalysts, with ease. Importantly, the final electrocatalysts designed by one-step pyrolysis do not require any cumbersome or complex post-synthesis processes which otherwise not only adds cost but can be time-consuming and environmentally offensive too.

In this review, we summarize the rationally designed heteroatom enriched electrocatalysts, mainly carbon based systems, by one-step pyrolysis strategy for oxygen electrochemistry (ORR/OER). We have also discussed the metal-free/C₃N₄-based hybrid materials and a new class of transition metal/C₃N₄ based hybrid electrocatalysts reported for ORR/OER.

**SYNTHESIS OF CARBON NANOSTRUCTURES**

This article mainly discuss the electrocatalysts designed by employing one-step pyrolysis; there are various other techniques too, which have been explored by researchers around the globe and documented in previous reviews. In line with the one-step synthesis, Mahanandia et al. developed a very facile and effective one-step pyrolysis strategy to design a variety of pristine carbon nanotubes (CNT, Figure 1a,b) which does not require any sophisticated machinery and carrier gas like that in the chemical vapor deposition system (Figure 1c).

This user-friendly one-step pyrolysis gives us a unique opportunity for in situ modification of CNT and other targeted carbon nanostructures by simply controlling the pyrolysis temperature, ramping rate, appropriate precursor selection, and their position in the electrical furnace. By simply using a precursor mixture of two carbon sources of different boiling temperatures, benzene (C₆H₆, bp ~ 80.1 °C) and hexamethylenetetramine (HMT, (C₆H₂)₆,N₄, bp ~ 280 °C) with ferrocene, it has been possible to design branched CNTs with nitrogen doped/undoped intratubular junctions (Figure 2a−f).

Interestingly, the intratubular junction behaves as a Schottky diode. The following sections discuss the effectiveness of one-step synthesis for designing electrochemically active carbon nanostructures.

**METAL-FREE HETEROATOM-DOPED CARBON MATERIALS**

The substitution of certain carbon lattice with heteroatoms such as N, B, S, P, F, etc., has been widely exploited to develop the efficient electrocatalysts for ORR/OER. The different electro-negativity of the heteroatoms (N, B, S, P, F, etc.) and the carbon atoms disrupts the lattice arrangement of carbon. In addition, the atomic size difference leads to a change in the geometry of the local proximity of the heteroatom, resulting in the structural differences.
The intensity of electron transfer (ET) which are named N@CNTs, NCNTs, N@RGO, and NG. Among various choices, N-doped systems have been studied widely owing to the fact that one N atom can possibly stimulate 4 surrounding carbon atoms electrochemically due to the electronegativity difference. Besides, the availability of a lone pair of electrons can conjugate π-electrons with ease.

### N-DOPED CARBON MATERIALS

N-doped carbon materials are considered as ideal and widely studied for ORR among other heteroatoms, owing to their low cost, high availability, and good and stable catalytic performance. Density functional theory (DFT) calculations revealed that strongly electron withdrawing N dopant could facilitate the charge redistribution and enhance the ORR activity. The common bonding configuration of N dopant in a given carbon matrix are pyridinic-N, pyrrolic-N, graphitic-N, and oxidized-N. Pyridinic-N atoms located at the edges or in vacancies of the graphitic carbon layer; pyrrolic-N are incorporated into the pentagonal ring and graphitic-N where N atoms replace the carbon atoms in the carbon plane. It is well accepted that pyridinic-N contributes to the high ORR activity catalyzing at low overpotential via 4-electron transfer pathway. The recent study observed the decisive role of graphitic-N, too, as the remarkable active sites for facilitating the excellent ORR compare to the precious Pt-based catalysts. It has been found that the graphitic nitrogen incorporation modulates the C–N bond length closely to the O–O bond length resulting in increased oxygen adsorption, an important requirement to design efficient oxygen electrocatalysts. In this line, Haque et al. have developed an attractive methodology of simple pyrolysis of amino MOF at the various temperatures for selective incorporation of graphitic-N. Despite this, the debate is still on to elucidate the role of pyridinic-N and graphitic-N in the facilitation of ORR. To shed some more light, Yu et al. have studied the synergistic effect of the pyridinic-N (Np) and graphitic-N (Ng) very recently by modulating the overall electronic structure of N-doped carbon for ORR, and activity descriptive factors have been set as a ratio of Np and Ng. This group synthesized various nitrogen-doped carbon nanostructures which are named N@CNTs, NCNTs, N@RGO, and NG. The intensity of electron transfer (ET) and ratio of Np:Ng exhibits the reverse volcano plot followed by the relation of ORR activity with the ratio Np:Ng as shown in Figure 3a,b. It may be noted that ET initially decreases and then increases with Np:Ng ratio. ET decreases from 0.5 to 0.02 mg−1 as Ng increases from 0 to 0.55 and then increases from 0.02 to 0.6 mg−1 as the ratio is increased from 0.55 to 1.33. It is interesting to note from Figure 3b that a direct correlation of ET with ORR activity (the kinetic current density, Jk) which infers the identical reverse volcano plot relation for Jk vs Np:Ng ratio. It has been concluded that the synergistic effect of Np and Ng plays an important role in improving the ORR kinetic current density. It is important to note that, though these heteroatom-doped carbon based systems have been recommended for ORR which is a gas consuming reaction, they are equally capable to promote the OER which is a gas evolving process and happen to be the reverse of ORR. In this line, N-doped carbon materials have been prepared by pyrolyzing melamine and nickel nitrate hexahydrate mixture at different temperature (600, 700, 800, 900, 1000 °C) and explored the OER activity.13

### METAL-FREE HETERATOMS BEYOND NITROGEN (F, S, P, OR B-DOPED CARBON MATERIALS)

Similar to the N atoms, more electronegative F and S atoms and less electronegative B and P atoms relative to the carbon would also be able to modify the charge distribution of the adjacent carbon atoms, and, hence, to the enhancement of catalytic activity can be anticipated. For example, F-doped carbon electrocatalyst with porous structure has been synthesized through a facile one-pot simple pyrolysis approach, benefiting from the abundant defect and large surface area due to the F dopant exhibit the comparable ORR activity to that on Pt/C.14 Different from the N atom, less electronegative B dopant incorporated in the carbon matrix gets a fractional positive charge and served as the active sites for adsorbing O₂ molecules. B–C bond plays a vital role in enhancing the ORR activity; in particular, the graphitic-like BC structure is believed to be the important site by improving the electric conductivity and improving the ORR performance. In this regard, the one-step pyrolysis gives additional degrees of freedom and better control of instrumentation. Recently, by simply using a quartz tube of larger diameter, we have successfully grown the boron-doped CNT (BCNT) directly on the fuel-cell gas diffusion layer (GDL, the carbon paper, Figure 4) with varying B atomic content. Direct growth of BCNT on GDL using one step offers the 3-fold effectiveness. First, it avoids the use of binders (e.g., Nafion, thus associated cost). Second, it ensures the seamless integration of electrocatalysts on GDL which provides a facile way for electron transfer during the reaction and, third, the uniform electrocatalysts thickness across the GDL. It has been further observed that the codoping of more than one hetero atom in a carbon nanostructure further boosts the oxygen electrochemistry owing to the synergistic effect resulting in the decrease in the activation energy of associated reaction ORR/OER. For instance, Zhi et al. have synthesized the S, N enriched hierarchical porous carbon material by paying special attention...
the activation/conjugation of the $B^-$ dopant, these two dopants can form $B^-$ neutralization in the codoped CNS are electrochemically inactive owing to the completely di- to distinct ORR activity. It is observed that $B^{-}$ carbon paper at different magnifications. The red boxes show the magnified portions of the sample. Adapted with permission from ref 16. Copyright 2017, Elsevier Ltd.

Figure 4. (a,b) SEM micrographs of bare-carbon paper at various magnifications. (c–f) SEM micrographs of directly grown BCNT on carbon paper at different magnifications. The red boxes show the magnified portions of the sample. Adapted with permission from ref 16. Copyright 2017, Elsevier Ltd.

attention to different local environments and reported to exhibit reversible oxygen electrochemistry which outperforms the Pt/C catalysts. Furthermore, Zhang et al. synthesized the mesoporous carbon codoped with N and P having a large surface area of 1663 m$^2$ g$^{-1}$ through one-step pyrolysis of a polyaniline aerogel in the presence of phytic acid to develop a bifunctional air electrode for primary and rechargeable Zn-air batteries. Recently, combined theoretical and experimental study demonstrated that N-/B-doped graphene based electrocatalysts having moderate binding energies for ORR intermediates and, therefore, offer better ORR activity over S-/P-/O-doped carbon nanostructures, which is confirmed by the volcano-shaped relationship between ORR activity and binding energies of ORR intermediates on various heteroatom-doped graphene based electrocatalysts. Furthermore, in the B- and N-codoped carbon nanostucture (CNS), the fundamental processes of the p-type and n-type dopant, these two dopants can form $B^-N$ moieties with completely different electronic structure, which eventually leads to distinct ORR activity. It is observed that $B^-N$ bond formation in the codoped CNS are electrochemically inactive owing to the neutralization effect as the carbon $\pi$-electrons are transparent to $B^-N$ domains. The bonded $B^-N$ moieties contribute little to the activation/conjugation of the $\pi$-electron resulting in weak interaction between O$_2$ and codoped CNS with little charge transfer, and O$_2$ cannot be reduced. However, in the case of the B-C-N, i.e., separated case, electronic distribution around the active sites disturbs the $\pi$-electronic delocalization, and makes it effective for ORR activity. Therefore, the effort has been made by Zhao et al. to boost the ORR activity through rational engineering of the electrocatalyst with the least/negligible $B^-N$ bond. Recently, Zheng and his group have demonstrated very unique and simple one-step pyrolysis to synthesize the N,P,S-tridoped porous carbon nanosheets and studied toward the ORR. It is observed that the tridoped nanostructures exhibit better catalytic activity over monodoped and bidoped carbon nanostructure.

Fig. 5. Illustration of the synergistic effect of TMs and carbon nanomaterials in TM heteroatom-codoped carbon material.

**TRANSITION METAL–HETEROATOM-CODOPED CARBON MATERIALS**

Even though doping with heteroatoms improves the catalytic performance of carbon, further introduction of transition metals into heteroatom-doped carbon could boost catalytic efficacy toward ORR/OER. To this date, significant efforts have been devoted to developing low-cost efficient transition metal (TM) based catalysts for OER and ORR. For example, TM oxide, hydroxide, phosphate, carbide, nitride, sulfide, and selenide possess high activity for OER and/or ORR. However, the large-scale and sustainable production of TM-based electrocatalysts is, in general, greatly obstructed by their poor conductivity and low stability. It is widely noted that carbon nanomaterials possess excellent conductivity and stability. Therefore, by coupling the carbon material with TMs may emerge as the hybrid electrocatalyst. The hybrid electrocatalysts not only assimilate the feature of individual component (carbon and TMs) but also exhibit features such as new chemical and physical properties derived from the synergy of the carbon nanomaterials and TMs (Figure 5), thereby realizing the higher activities of OER and/or ORR.

**TRANSITION METAL–N-CODOPED CARBON MATERIALS**

M–N–C (M = Fe, Ni, Co, Mn, Cr, Ru, Mo, etc.) based carbon materials have emerged as efficient electrocatalysts where TM coordinated with the nitrogen atom (M–N) acts as the active sites to facilitate the adsorption of O$_2$ followed by the O····O bond stretching and breaking in alkaline medium. For example, (Fe/Co)–N–C single atom catalysts have been widely studied for ORR due to their high abundance and high performance in alkaline/acidic medium. Furthermore, interaction of TM with N atoms could increase the rate of charge transfer and reduce the local work function of carbon which triggers the high catalytic activity.

Very recently, Nandan et al. studied the promotion of inner sphere electron transfer (ISET) on homogeneously dispersed Fe–N$_x$ centers for energy efficient ORR (Figure 6). The catalysts have been prepared through one-step pyrolysis of ferrocene and dicyandiamide at 950 °C for 3 h. Incorporation of pyridinic nitrogen for efficient Fe–N$_x$ centers has been achieved by simply controlling the temperature and ramping rate. The
study indicates the preferred electron transfer mechanism involved for ORR, i.e., ISET, which ensures the direct interaction Fe−Nx with O2. Similarly, the versatility of one-step pyrolysis to design single-atom enriched electrocatalysts beyond Fe/Co/Ni has been explored, thereby developing the tungsten−nitrogen coordinated carbon (W−N2−C2) systems, less well studied electrocatalysts for ORR (Figure 7). For this, a physical mixture of dicyandiamide and tungsten salt when subjected to a controlled pyrolysis at optimized temperature of 700 °C yields atomically dispersed W−N2−C2 rich electrocatalyst with appreciable oxygen reduction activity and excellent cyclic stability.

One-step pyrolysis has also been used by Nandan et al. to develop biomass derived Ni based hybrid electrocatalyst in an N-doped carbon matrix using apple seeds (containing the cyanogenic glucosides which acts as the nitrogen source). First, the apple seeds are soaked overnight in aqueous solution of Ni salt. These soaked seeds after drying, subjected to one-step pyrolysis at 850 °C (Figure 8a) which results in an efficient bifunctional oxygen electrocatalyst. Barman et al. have reported a single source precursor Prussian blue (iron(III) ferrocyanide) for the synthesis of Fe/Fe3C nanoparticles encapsulated in N-doped graphitic layer and bamboo-like graphitic nanotubes through a simple one-step pyrolysis which shows appreciable oxygen bifunctionality in alkaline medium shown in Figure 8b. A slight controlled one-step pyrolysis methodology can also be used to design three-dimensional (3D) carbon nanostructures. To realize the 3D structure, Nandan et al. have optimized the pyrolysis conditions of melamine, ferrocene, and nickelocene. The anthocephalus cadamba shaped carbon nanostructures comprising FeNi encapsulated radially

Figure 6. Uniformly distributed Fe−Nx moieties across NCNT for energy efficient promotion of ISET during ORR. Adapted with permission from ref 20. Copyright 2020, American Chemical Society.

Figure 7. (a) Bright field TEM image, (b) HRTEM image, (c−e) corresponding EDS mapping of C, N, W elements, respectively, for W−N−C/700, (f) Normalized XANES spectra at W L3-edge along with standards, (g) Fourier transformed EXAFS spectra of W−N−C/700 at W L3 edge, and (h) fitted spectrum. Adapted with permission from ref 21. Copyright 2020, American Chemical Society.

Figure 8. (a) Methodology used for developing nanocomposites for efficient bifunctional electrocatalyst where apple seeds are used as nitrogen and carbon precursors. Adapted with permission from ref 22. Copyright 2019, Elsevier Ltd. (b) Schematic representation of facile syntheses of Fe/Fe3C nanoparticle encapsulated in N-doped graphitic layer and bamboo-like graphitic nanotubes. Adapted with permission from ref 23. Copyright 2015, Royal Society of Chemistry. (c) Bright-field, dark-field, and HAADF-STEM images of FN25R; HAADF-STEM image of one of the NCNTs from FN25R with HRTEM indexing of one of the encapsulated FeNi nanoparticle in NCNTs. Adapted with permission from ref 1. Copyright 2018, Royal Society of Chemistry. (d,e) Schematic for the maximum exposure of active sites by opening the bamboo compartments via annealing and acid washing of Fe−Fe3C entrapped in NCNTs for ORR and OER and respective TEM images. Adapted with permission from ref 6. Copyright 2017, Royal Society of Chemistry.
grown nitrogen-doped carbon nanotubes (Figure 8c) assimilate the ORR potency of M–N₉ (M = Fe/Ni) / C–Nₓ centers and OER capacity of FeNi bimetallic nanoparticles.

It is important to note that the M–N₉ active sites within the carbonaceous material are either suppressed due to the nanoparticles in close vicinity or reside on the inner wall of the nanotube-like structure, which is inaccessible by the reactant species. To achieve the optimum activity in heterogeneous catalysis, the maximum density of active sites must be available and exposed for accessibility by the reactant species. One of the unique strategies to expose the large density of M–N₉ active sites anchored within the carbon nanostructure has been discussed by Nandan et al. In order to maximize the utilization of the active centers, Fe–FeₓC nanoparticles entrapped in graphitic layer and hollow structure of NCNT have been obtained by pyrolyzing the melamine with a comparatively large amount of ferrocene followed by the controlled annealing at 375 °C in an oxygen environment. The controlled annealing removes a few protective graphitic layers wrapped around Fe–FeₓC; subsequently, the acid treatment provides an opening to the bamboo compartments of NCNTs. This catalyst is referred as ANCNTs as shown in Figure 8d,e. This innovative strategy offers maximum accessibility of the active sites rendered by the nitrogen moieties in the inner walls of NCNT and are greatly beneficial to boost the bifunctional oxygen electrochemistry.

In addition to N, other heteroatoms such as B, P, S, etc., have also been introduced with TM to uplift the electrochemical efficacy of carbon based systems. Theoretical studies have demonstrated that due to the strong electronegativity of the neighboring N atoms, TMs show high reaction free energy for the adsorption of intermediate product, resulting in the increase in the reaction potential barrier. Through the introduction of a foreign atom such as S, B, P, etc., the electron donating character of TMs can be modified mildly, which will reduce the potential barrier and improve the intrinsic activity of TM–Nₓ-doped carbon materials. For instance, a phase-pure CoₓP nanoparticle encapsulated N,P-codoped carbon nanotubes (denoted as CoₓP/CNT) has been realized through a facile one-step strategy as shown in Figure 9a. This method is free of toxic, pyrophoric alkylphosphine as the phosphorus source and does not require any sophisticated instrumentation or expensive precursors. This methodology may be extended to other transition metal phosphides. Figure 9b reveals the in situ synthesis mechanism with the temperature. The structure–property correlation indicates that the intrinsic catalytic activity of the CoₓP nanoparticles is preserved by encapsulating N,P-codoped carbon layers, which delays the leaching as well as being beneficial for electronic conductivity.

In addition, N,S-codoped Fe containing highly porous carbon has been obtained through the efficient and cost-effective in situ one-step pyrolysis treatment of thiourea and iron acetate at 700 °C in Ar atmosphere with high electrochemical accessible surface area. The dual N,S-doped Fe catalysts show high catalytic activity toward ORR in both alkaline and acidic medium, greater than that of the Fe–N–C. It has been concluded that the electron donation from thiophene-S to the surrounding Fe–N sites would modify the electronic structure of the latter. It is observed that the electron distribution of Fe in S,N-doped Fe catalyst (i.e., SₓFeN₉) is closest to the Fermi level, indicating that SₓFeN₉ would be more active to promote electron transfer in due course of the reaction as compared to FeN₉, which enhances the catalytic activity. The d-band center is adjusted to optimize the adsorption of the intermediate on SₓFeN₉ (i.e., neither too strong nor too weak) and according to the Sabatier principle. Furthermore, the calculated free energy of each elementary reaction indicates a change in the rate-determining step following the doping of sulfur in the Fe–N–C system. This concluded that S doping in Fe–N–C boosts the ORR efficacy over pristine Fe–N–C catalyst. B,N-codoped carbon nanostructures with the negligible/least B–N bond facilitate excellent ORR activity. These heteroatoms in the carbon nanostructures in the presence of iron moieties further enhance the ORR activity and are able to exhibit the OER too, owing to the synergy between Fe moieties and B,N-codoped carbon nanostructure. Along this line, NCNT and Fe/FeₓC nanostructures co-embedded in B-doped mesoporous carbon nanostructures have been designed through the very simple and efficient rational methodology which prevents/suppresses the formation of B–N bonds. The introduction of plenty of defects, local heterogeneity, and high specific surface area in conjunction with very negligible B–N bond formation lead to the remarkable bifunctional oxygen electrochemistry.

In addition to the transition metal/carbon and transition metal compound/carbon electrocatalysts as discussed above, the other nitrogen-rich carbon system like g-C₃N₄ has also been used to design a variety of hybrid material for photocatalytic as well as electrocatalytic studies. The inevitable poor conductivity, inadequate surface area, and low charge mobility limit the direct adoption of pristine g-C₃N₄ as a catalyst support or cocatalyst. To circumvent these limitations, various g-C₃N₄ based materials have been designed by controlled introduction of the conductive materials to enhance electrical conductivity, good structural integrity, large surface area, and improved electrochemical stability, giving rise to unique chemical and electronic coupling effects between them. Zheng et al. have developed the g-C₃N₄@carbon metal-free catalyst for ORR through facile, simple, and...
cost-effective methodology by the uniform incorporation of g-C3N4 into the mesoporous carbon in order to enhance the electron transfer efficiency of pristine g-C3N4. In an attempt to explore the full potential of g-C3N4 for complete oxygen electrochemistry (ORR + OER), Wu et al. have designed a mesoporous interconnected network of N-doped carbon/g-C3N4 nanocomposites from chitin. The authors concluded that the mesoporous interconnected network ensures better charge and mass transfer resulting in the reduced overpotential for complete oxygen electrochemistry. Inspired by the synergistic effect of codoping in carbon nanostructures like CNTs and graphene, efforts have also been made to institute heteroatoms like B/P/S in g-C3N4-based electrocatalysts. The synergistic effect, high porosity, and better exposure of active centers of boron-doped g-C3N4 results in superior ORR and OER activity as compared to that of pristine g-C3N4. Similarly, the electronic as well as geometric synergistic effect with increased sp2-C in P,S-codoped C3N4 results in the optimized electrocatalytic centers for better ORR/OER activities.

**TRANSITION METAL/C3N4 BASED HYBRID MATERIALS**

Metal–nitrogen–carbon (M–N–C) coordination is the most plausible alternative to the precious metal based catalyst for sustainable ORR and OER activity. This section focuses on the molecule-level g-C3N4 coordinated transition metal (M–C3N4) as a new class of electrocatalysts for oxygen electrochemistry. The presence of metal moieties tunes the local electronic structure in the vicinity of transition metal and emerges as an electrochemically active M–C3N4 site. Zheng et al. have conducted theoretical evaluation and experimental study of the Co–C3N4 complex with the single atom coordinate Co atom, as an efficient electrocatalyst for ORR and OER in alkaline medium. The combined theoretical and experimental study suggests that high activity originates from the precise Co–N2 coordination moieties in the C3N4 matrix. Furthermore, DFT study indicates that the d-band positioning of the catalyst influences the catalytic performances of the new class of molecule-level M–C3N4. Herein, the multiwalled CNTs have been used as support to enhance the conductivity and to expose the electrocatalytically active sites M–C3N4 as shown in Figure 10a,b. Similar studies have also been carried out for rest of the transition metals (Fe, Ni, Cr, Mn, Cu, Zn) and C3N4 based electrocatalysts for catalyzing ORR and OER. The concomitant theoretical analysis with the experimental results is presented in Figure 10c–f. Wang et al. synthesized the composite of carbon supported Fe-doped graphitic carbon nitride (Fe–g-C3N4@C) via facile and simple one-step pyrolysis using Fe salt/dicyandiamide at 750 °C. Zhao et al. have developed Ni–g-C3N4 synthesized through one-pot pyrolysis methodology by using Ni acetylacetonate (Ni(acac)2) and dicyandiamide (DCDA) as precursors at 650 °C and utilized it as an excellent electrocatalyst for bifunctional oxygen electrode.

**SUMMARY AND OUTLOOK**

In summary, this review provides an overview of the recent development in rational design of wide range of carbonaceous electrode material using simple and effective one-step pyrolysis for efficient oxygen electrochemistry. Emerging carbon nanostructures comprising the metal-free heteroatom-doped carbon and transition metal–heteroatom-codoped carbon, C3N4 based hybrid materials greatly influence the selectivity, activity, and stability toward ORR and/or OER. This review points out on the versatility of one-step pyrolysis, a world in itself, and its potential for the rational design of carbon based electrocatalysts for the service of electrochemical energy conversion and storage devices. It gives countless degrees of freedom for rational design of electrocatalysts without any sophisticated machinery requirement. Overall, the user-friendly one-step pyrolysis gives a unique opportunity for in situ modification of carbon nanostructures by simply controlling the pyrolysis temperature, ramping rate, appropriate precursor selection, and their position in the furnace.

**AUTHOR INFORMATION**

**Corresponding Author**

Karuna Kar Nanda – Material Research Centre, Indian Institute of Science, Bangalore 560012, India; orcid.org/0000-0001-9496-1408; Phone: 91-80-2293 2996; Email: nanda@iisc.ac.in; Fax: 91-80-2360 7316

**Authors**

Omeshwari Yadorao Bisen – Material Research Centre, Indian Institute of Science, Bangalore 560012, India; orcid.org/0000-0002-7962-5876
Complete contact information is available at: https://pubs.acs.org/10.1021/acsomega.0c04432

Author Contributions

‡ Omeshwari Yadorao Bisen and Ravi Nandan have equally contributed.

Notes

The authors declare no competing financial interest.

Biographies

Miss Omeshwari Yadorao Bisen received her Bachelors in Physics (B.Sc.) from the University of Pune (2014) and Masters in Physics (M.Sc.) from Visvesvaraya National Institute of Technology, Nagpur (2016). Currently she is pursuing her doctorate (Ph.D.) in Indian Institute of Science (IISc), Bangalore with Prof. Karuna Kar Nanda. Her research interest includes designing new methodologies for the synthesis of hybrid electrocatalysts and transition metal based single atom electrocatalysts for oxygen and water electrochemistry.

Dr. Ravi Nandan received his integrated master from International School of Photonics, Kochi, India, and doctorate from Materials Research Centre, Indian Institute of Science (IISc), Bangalore, India, in year 2018. He received the “Sudbrough Medal” for the best PhD thesis in Materials Science. Following a short stint as a research associate at IISc, he joined Japan Advanced Institute of Science and Technology (JAIST), Ishikawa, Japan, as a postdoctoral researcher. His research interest includes the rational design and development of advanced functional nanomaterials for electrochemical energy conversion and storage devices, sensing, and environmental remediation.

Prof. Nanda obtained his Ph.D. from IOP, Bubhaneshwar. Following a short stint as a research associate at IOP, he held postdoctoral positions at the Gerhard-Mercator University, Duisburg, Germany and the Dublin City University, Dublin, Ireland. He has been a faculty member of MRC since 2005 and involved in the synthesis, characterization, and applications of a variety of nanostructures. His work in the field of cost-effective synthesis of nanostructured materials for diverse applications ranging from electrochemical devices to white light emitting phosphors, and gas sensors are noteworthy. He has published in more than 200 reputed international journals in the field of nanoscience.

ACKNOWLEDGMENTS

The authors are thankful to Council of Scientific and Industrial Research (CSIR), India for their financial support.

REFERENCES

(1) Nandan, R.; Gautam, A.; Nanda, K. K. Anthocephalus Cadamba Shaped FeNi Encapsulated Carbon Nanotubes for Metal-Air Batteries as a Resilient Bifunctional Oxygen Electro catalyst. J. Mater. Chem. A 2018, 6 (41), 20411–20420.
(2) Nandan, R.; Nanda, K. K. Designing N-Doped Carbon Nanotubes and Fe-Fe3C Nanostructures Co-Embedded in B-Doped Mesoporous Carbon as an Enduring Cathode Electro catalyst for Metal-Air Batteries. J. Mater. Chem. A 2017, 5 (32), 16843–16853.
(3) Yeager, E. Electro catalysts for O2 Reduction. Electrochim. Acta 1964, 29 (11), 1527–1537.
(4) Das, D.; Nanda, K. K. One-Step, Integrated Fabrication of Co2P Nanoparticles Encapsulated N, P Dual-Doped CNTs for Highly Advanced Total Water Splitting. Nano Energy 2016, 30, 303–311.
(5) Jiao, Y.; Zheng, Y.; Jaroniec, M.; Qiao, S. Z. Origin of the Electrocatalytic Oxygen Reduction Activity of Graphene-Based Catalysts: A Roadmap to Achieve the Best Performance. J. Am. Chem. Soc. 2014, 136 (11), 4394–4403.
(6) Nandan, R.; Gautam, A.; Nanda, K. K. Maximizing the Utilization of Fe-N: XC/CNxcentres for an Air-Cathode Material and Practical Demonstration of Metal-Air Batteries. J. Mater. Chem. A 2017, 5 (38), 20252–20262.
(7) Mahanandia, P.; Vishwakarma, P. N.; Nanda, K. K.; Prasad, V.; Barai, K.; Mondal, A. K.; Sarangi, S.; Dey, G. K.; Subramanyam, S. V. Synthesis of Multi-Wall Carbon Nanotubes by Simple Pyrolysis. Solid State Commun. 2008, 145 (3), 143–148.
(8) Goswami, G. K.; Nandan, R.; Nanda, K. K. Growth of Branched Carbon Nanotubes with Doped/Un-Doped Intra tubular Junctions by One-Step Co-Pyrolysis. Carbon 2013, 56 (Cvd), 97–102.
(9) Grove-Rasmussen, K. Electronic Transport in Single Wall Carbon Nanotubes. Ph.D. Thesis, Niels Bohr Institute, University of Copenhagen, Denmark, 2006.
(10) Zhao, Y.; Yang, L.; Chen, S.; Wang, X.; Ma, Y.; Wu, Q.; Jiang, Y.; Qian, W.; Hu, Z. Can Boron and Nitrogen Co-Doping Improve Oxygen Reduction Reaction Activity of Carbon Nanotubes? J. Am. Chem. Soc. 2013, 135 (4), 1201–1204.
(11) Haque, E.; Zavabeti, A.; Uddin, N.; Wang, Y.; Rahim, M. A.; Syed, N.; Xu, K.; Jannat, A.; Haque, F.; Zhang, B. Y.; Shoaib, M. A.; Shamsuddin, S.; Nurunnabi, M.; Minett, A. I.; Ou, J. Z.; Harris, A. T. Deciphering the Role of Quaternary n in O2 Reduction over Controlled N-Doped Carbon Catalysts. Chem. Mater. 2020, 32 (4), 1384–1392.

(12) Ning, X.; Li, Y.; Ming, J.; Wang, Q.; Wang, H.; Cao, Y.; Peng, F.; Yang, Y.; Yu, H. Electronic Synergism of Pyridinic- and Graphic Nitrogen on N-Doped Carbons for the Oxygen Reduction Reaction. Chem. Sci. 2019, 10 (6), 1589–1596.

(13) Zhao, Y.; Nakamura, R.; Kamiya, K.; Nakanishi, S.; Hashimoto, K. Nitrogen-Doped Carbon Nanomaterials as Non-Metal Electrocatalysts for Water Oxidation. Nat. Commun. 2013, 4, 1–7.

(14) Sun, X.; Zhang, Y.; Song, P.; Pan, J.; Zhuang, L.; Xu, W.; Xing, W. Fluorine-Doped Carbon Blacks: Highly Efficient Metal-Free Electrocatalysts for Oxygen Reduction Reaction. ACS Catal. 2013, 3, 1726.

(15) Van Tam, T.; Kang, S. G.; Babu, K. F.; Oh, E. S.; Lee, S. G.; Choi, W. M. Synthesis of B-Doped Graphene Quantum Dots as a Metal-Free Electrocatalyst for the Oxygen Reduction Reaction. J. Mater. Chem. A 2017, 5 (21), 10537–10543.

(16) Nandan, R.; Goswami, G. K.; Nanda, K. K. Direct Synthesis of Pt-Free Electrocatalyst on Gas Diffusion Layer of Fuel Cell and Usage of High Boiling Point Fuels for Efficient Utilization of Waste Heat. Appl. Energy 2017, 205 (May), 1050–1058.

(17) Pei, Z.; Li, H.; Huang, Y.; Xue, Q.; Huang, Y.; Zhu, M.; Wang, Z.; Zhi, C. Texturing in Situ: N,S-Enriched Hierarchically Porous Carbon as a Highly Active Reversible Oxygen Electrocatalyst. Energy Environ. Sci. 2017, 10 (3), 742–749.

(18) Zhang, J.; Zhao, Z.; Xia, Z.; Dai, L. A Metal-Free Bifunctional Electrocatalyst for Oxygen Reduction and Water Oxidation Reactions. Nat. Nanotechnol. 2015, 10 (5), 444–452.

(19) Wang, Y.; Wang, S.; Li, R.; Li, H.; Guo, Z.; Chen, B.; Li, R.; Yao, Q.; Zhang, X.; Chen, H.; Li, Y.; Qu, K. A Simple Strategy for Tridoped Porous Carbon Nanosheet as Superior Electrocatalyst for Bifunctional Oxygen Reduction and Hydrogen Evolution Reactions. Carbon 2020, 159, 586–594.

(20) Nandan, R.; Devi, H. R.; Kumar, R.; Singh, A. K.; Srivastava, C.; Nanda, K. K. Inner Sphere Electron Transfer Promotion on Homogeneously Dispersed Fe-N XCenters for Energy-Efficient Oxygen Reduction Reaction. ACS Appl. Mater. Interfaces 2020, 12 (32), 36026–36039.

(21) Bisen, O. Y.; Yadav, A. K.; Nanda, K. K. Self-Organized Single-Atom Tungsten on the N-Doped Carbon Matrix for Durable Oxygen Reduction. ACS Appl. Mater. Interfaces 2020, 12 (39), 43586–43595.

(22) Nandan, R.; Nanda, S. Cyanogenic Glycosides: A Sustainable Carbon and Nitrogen Source for Developing Resilient Janus Reversible Oxygen Electro catalysts for Metal-Air Batteries. Carbon 2019, 155, 155–165.

(23) Barman, B. K.; Nanda, K. K. Prussian Blue as a Single Precursor for Synthesis of Fe/Fe3C Encapsulated N-Doped Graphic Nanostructures as Bi-Functional Catalysts. Green Chem. 2016, 18 (2), 427–432.

(24) Ni, B.; Chen, R.; Wu, L.; Xu, X.; Shi, C.; Sun, P.; Chen, T. Optimized Enhancement Effect of Sulfur in Fe-N-S Codoped Carbon Nanosheets for Efficient Oxygen Reduction Reaction. ACS Appl. Mater. Interfaces 2020, 12 (21), 23995–24006.

(25) Zheng, Y.; Jiao, Y.; Chen, J.; Liu, J.; Liang, J.; Du, A.; Zhang, W.; Zhu, Z.; Smith, S. C.; Jaroniec, M.; Lu, G. Q.; Qiao, S. Z. Nanoporous Graphic-C 3N 4@carbon Metal-Free Electrocatalysts for Highly Efficient Oxygen Reduction. J. Am. Chem. Soc. 2011, 133 (50), 20116–20119.

(26) Yan, Q.; Huang, G. F.; Li, D. F.; Zhang, M.; Pan, A. L.; Huang, W. Q. Facile Synthesis and Superior Photocatalytic and Electrocatalytic Performances of Porous B-Doped g-C3N4 Nanosheets. J. Mater. Sci. Technol. 2018, 34 (12), 2515–2520.

(27) Lee, C. H.; Jun, B.; Lee, S. U. Metal-Free Oxygen Evolution and Oxygen Reduction Reaction Bifunctional Electrocatalyst in Alkaline